AlBCsHO 9 P 2 , monoclinic, P12 1 /c1 (No. 14), a = 9.208(2) Å, b = 8.6957(9) Å, c = 9.469(1) Å, β = 104.189(6)°, V = 735.0 Å 3 , Z = 4, R gt(F) = 0.036, wRref(F 2 ) = 0.087, T = 295 K. 
Source of material
CsAl[BP 2 O 8 (OH)] was synthesized under mild hydrothermal conditions. The reactions were carried out with mixture of CsOH (1.679 g), Al(H 2 PO 4 ) 3 (3.179 g), H 3 BO 3 (0.618 g) and 2 ml 85% H 3 PO 4 with molar ratio of Cs : Al : B : P = 1 : 1 : 1 : 3.3. The mixture was filled in a teflon autoclave with about 20 ml in volume. The degree of filling was about 50%. The autoclave was placed in an oven with subsequent heating at 413 K for 7 days. The starting materials were all of analytical-grade purity.
Discussion
The variety of borophosphates in systems containing Ga and In [1] [2] [3] [4] [5] [6] 
